Comparative study of flexural strength test methods on CAD/CAM Y-TZP dental ceramics

Yongxiang Xu1,2,†, Jianmin Han1,2,†, Hong Lin1,2,* and Linan An3

1Department of Dental Materials, Peking University School and Hospital of Stomatology, Beijing 100081, China; 2National Engineering Laboratory for Digital and Material Technology of Stomatology, Peking University School and Hospital of Stomatology, Beijing 100081, China; 3Department of Materials Science and Engineering, Advanced Materials Processing and Analysis Center, University of Central Florida, Orlando, FL 32816, USA

*Correspondence address. Department of Dental Materials, Peking University School and Hospital of Stomatology, Beijing 100081, China. Tel: +86-82195266; Fax: +86-010-62164691; E-mail: hong196lin@sina.com

†The authors wish it to be known that, in their opinion, the first two authors should be regarded as joint First Authors.

Received 25 August 2015; revised 23 September 2015; accepted on 24 September 2015

Abstract

Clinically, fractures are the main cause of computer-aided design and computer-aided manufacturing (CAD/CAM) 3 mol% yttria-stabilized tetragonal zirconia polycrystal (Y-TZP) all-ceramic dental restorations failure because of repetitive occlusal loading. The goal of this work is to study the effect of test methods and specimen’s size on the flexural strength of five ceramic products. Both biaxial flexure test (BI) and uni-axial flexure tests (UNI), including three-point flexure test (3PF) and four-point flexure test (4PF), are used in this study. For all five products, the flexural strength is as follows: BI > 3PF > 4PF. Furthermore, specimens with smaller size (3PF-s) have higher values than the bigger ones (3PF). The difference between BI and UNI resulted from the edge flaws in ceramic specimens. The relationship between different UNI (including 3PF-s, 3PF and 4PF) can be explained according to Weibull statistical fracture theory. BI is recommended to evaluate the flexural strength of CAD/CAM Y-TZP dental ceramics.

Keywords: CAD/CAM Y-TZP dental ceramics; flexural strength; test methods

Introduction

Computer-aided design and computer-aided manufacturing (CAD/CAM) dental ceramics are widely used in modern dentistry based on their excellent machinability, aesthetics, chemical stability and biocompatibility [1–6]. CAD/CAM dental ceramic, mainly 3 mol% yttria-stabilized tetragonal zirconia polycrystal (Y-TZP) ceramics, has different compositions and fabrication techniques from traditional dental ceramic such as porcelain for veneering, injectable ceramics and castable ceramics [7–9]. Typically, CAD/CAM ceramic blank is fabricated by Y-TZP powder and a binder. The binder is later eliminated during the pre-sintering step. After that, a pre-sintered ceramic blank is milled to a restoration or prosthesis by CAD/CAM process. Finally, the restoration or prosthesis is sintered at high temperature with approximately 20% shrinkage [10]. Moreover, the translucency of Y-TZP ceramic is a major drawback for dental restorations or prosthesis. High translucency dental ceramic have been developed by additive components and heat treatments in the recent years [11, 12].

Clinical data on survival rates reveals that all-ceramic dental restorations are susceptible to fracture from repetitive occlusal loading [12, 13]. Therefore, in vitro characterization of dental ceramics must include a test method capable of accessing their fracture properties [14]. Flexural strength is generally considered a meaningful and reliable characterization parameter to assess the ceramics as they are much weaker in tension than compression [15, 16].

Two main techniques have been described to determine the flexural strength of ceramics: uni-axial flexure test (UNI) and bi-axial flexure test (BI) [17]. In UNI, beam-shaped specimens with a rectangular cross section is supported by two points and the load is applied vertically at either one point (three-point flexure test, 3PF) or two points (four-point flexure test, 4PF), respectively [10]. As an alternative to UNI, BI has been developed to measure the flexural strength of ceramics [18, 19]. BI includes piston-on-three-ball, piston-on-ring, ball-on-ring and ring-on-ring test methods. In such tests, a thin disc is supported by a ring (or three balls) near its periphery and loaded through a smaller coaxial ring, a piston or a ball in its central
region [20, 21]. Many researchers have studied the relationship between 3PF, 4PF and BI for the dental composites, cements, veneered ceramic and so on [22, 23]. Little research has been done to compare and analyze the difference and correlation between these test methods for CAD/CAM Y-TZP dental ceramics although both UNI (3PF and 4PF) and BI (piston-on-three-ball) have been recommended to evaluate dentistry-ceramic materials in International Organization for Standardization (ISO) 6782 [24]. Different flexural strength values have been given by different researchers and manufacturers for the same product, just because of the difference of test methods and specimens used. All of these make it confused for dentist to choose and apply the suitable product in dental clinic.

In light of the problems described above, the goal of this study is to compare and analyze the relationship between these test methods applied to CAD/CAM Y-TZP dental ceramics using one-way analysis of variance (ANOVA), Weibull statistics and fractographic analyses. Five commercial ceramic products from three manufactures are used, including two mainly types: traditional ceramics and high translucency ceramics.

Materials and methods

Materials
Five CAD/CAM dental ceramic products were studied in this research, as listed in Table 1. Among these, three samples (UH, LF and KE) were traditional Y-TZP ceramics and two samples (UT and LP) were high translucency Y-TZP ceramics. Specimens were prepared according to the instruction of the manufacturers and further processed according to ISO 6872.

Methods

3PF & 3PF-s
The sample holder included two support rollers and one loading roller, and the diameter of roller was 5 mm. Load was applied at the midpoint of the specimens. 30 beam-shaped specimens with a final size 4.0 × 3.0 × 42 mm (3PF) and 4.0 × 1.2 × 14 mm (3PF-s) were produced, separately. The corresponding sample holders with a span between the two support rollers of 40 mm and 12 mm were used, respectively.

4PF
The sample holder was 4-point-1/4-point fixture, including two support rollers (40 mm between their centers) and two loading rollers (20 mm between their centers) and the diameter of rollers was 5 mm. Thirty beam-shaped specimens with the same final size as 3PF were prepared.

BI
The sample holder was a piston-on-three-ball test fixture. The balls had a diameter of 3.2 mm and were arranged in an angle of 120° to each other on a circle of 10 mm in diameter. The load was applied with a flat punch with a diameter of 1.4 mm at the center of the specimen. Thirty disc specimens with the size 12 × 1.2 mm were prepared.

Testing process
All the specimens were tested at a cross-head speed of 0.5 mm/min in a universal testing machine (Model 5565, Instron Corp., Canton, MA) and the flexural strength was calculated as described in ISO 6872: 2008.

Statistical analysis
Data obtained from the flexural tests were analyzed with one-way ANOVA (SPSS Inc., Chicago, IL) for differences between five ceramics in each method and further between different methods with the same product (P = 0.05).

Weibull analysis was further adopted as a complement due to its capability to analyze material’s phenomena or properties represented by a symmetrical and asymmetrical data set.

Fractographic analysis
The morphology of fractured specimens was observed and the representative specimens were selected for scanning electron microscope (SEM) analysis (EVO 18, Carl Zeiss, Oberkochen, Germany).

Results

Flexural strength of ceramics
Mean values and standard deviations of all groups were shown in Fig. 1. The flexural strength from different test methods were as follows: BI > 3PF > 4PF. Furthermore, the flexural strength of specimens with smaller size (3PF-s) was higher than the bigger ones (3PF).

According to the quantity of fractured fragments after testing, the specimens were divided into three groups: Group I with two fractured fragments, Group II with three fractured fragments and Group III with more than three fractured fragments. The UNI specimens included all the three groups and the flexural strength from low to high was Group I, Group II and Group III. Nevertheless, there are only two groups (Group II and Group III) for BI specimens, and the flexural strength of Group II was also lower than Group III (Fig. 2). For all the samples, the higher the quantity of fractured fragments, the higher the flexural strength.

One-way ANOVA indicated that there was significant difference between ceramics using different test methods, as listed in Table 2. In detail, there was significant difference for three pairs of ceramics using 3PF and 4PF. In addition, there was significant difference for two pairs using 3PF-s. No significant difference between all five ceramics was detected by BI. For all five ceramics, there was significant difference between different specimen size (3PF and 3PF-s) (P < 0.005). The mean values of coefficient of variation (C.V.) for

| Table 1. CAD/CAM Y-TZP dental ceramics used in this study |
|----------------------------------------------------------|
| **Abbreviation** | **Materials** | **Lot No.** | **Manufacture** |
|------------------|--------------|-------------|-----------------|
| UH               | UPCERA HT    | L2121121001 | Shenzhen Upcera Co., Ltd, Guangdong, China |
| UT               | UPCERA ST    | L2121121013 | Shenzhen Upcera Co., Ltd, Guangdong, China |
| LP               | LAVA Plus    | 468553      | 3M ESPE, St. Paul, MN |
| LF               | LAVA Frame   | 467091      | 3M ESPE, St. Paul, MN |
| KE               | Kavo Everest | 101345349   | KaVo Dental GmbH, Biberach, Germany |
five ceramics were 3PF-s (12.5%), BI (15.8%), 3PF (21.4%) and 4PF (23.6%), separately.

The characteristic strength ($\sigma_0$) and Weibull modulus ($m$) parameters obtained by the five ceramics in the UNI and BI were shown in Fig. 3. For all five ceramics, the $\sigma_0$ from high to low was 3PF-s, 3PF and 4PF, the same as mean values in Fig. 1. In the meantime, the mean values of Weibull modulus ($m$) from high to low were also 3PF-s, BI, 3PF and 4PF (Table 2).

Fractographic analysis
For all specimens after testing, fractured fragments fit perfectly with no signs of macroscopic plastic deformation in the test process.
Obvious flaws were observed on the surface of the specimens by stereomicroscope analysis. As to the specimens with three fractured fragments, a triangle fractured fragments was found in the middle of specimens (Fig. 4). The stereomicroscope analysis also revealed that fracture origin was located on the surface opposed to loading. Fractographic features, such as hackle lines, were easily found on the fractured surfaces in SEM. The flaws and pores were observed inside the ceramics by SEM at greater magnifications (Fig. 5).

**Discussion**

According to ‘weakest link theory’, flexural strength is strongly influenced by variations in flaw population of the specimens and fracture happens as soon as the weakest of these flaws starts to grow [25]. In this study, the less of the quantity of fractured fragments indicate the weaker of the flaws than the higher ones, which further result to the lower flexural strength. Furthermore, because of the bigger effective volume of material subjected to the same bending moment in 4PF, there is a higher probability that defects exists in this volume than 3PF. Consequently, 4PF gives a lower strength value than the 3PF, as showed in finite element analysis [10]. For the same test method, specimens with smaller size (3PF-s) show a higher strength values and less variation than the bigger ones (3PF).

| Table 2. one-way ANOVA statistics analysis for five ceramics |
|------------------|---|---|---|---|
|                | UNI | BI |
| 3PF-s           | 3.584 | 6.979 | 1.12 |
| 3PF             | 0.008 | 0 | 0.349 |
| 4PF             | Yes |
| UT&LP           | UT&LF | UH&LP | No |
| UT&KE          | UT&LP | UT&LP | LP&KE |

*Significant difference between two dental ceramics.

**Figure 3.** Characteristic strength (σf, MPa) and Weibull modulus (m) of five ceramics (UH, UT, LP, LE and KE) tested by 3PF-s, 3PF 4PF and BI.

**Figure 4.** The examples of fracture morphology of ceramics tested by (1) 3PF-s, (2) BI and (3) 4PF. There was Group I, Group II and Group III from top to bottom for each method.
lower effective volume of 3PF-s than 3PF can be used to explain these results. A quantitative relationship between the strength value of 3PF-s, 3PF and 4PF can be established by Weibull statistics [23]. Beam-shaped specimens often have edge flaws, which act as stress concentration sites and lead to undesirable edge failures, instead of having a fracture that originates from a material’s intrinsic flaw [26]. As a result, uni-axial beam-shaped specimens resulted to a lower strength values than the actual strength of the materials [27].

BI has several advantages over UNI because multi-axial stress states are produced and edge failures are eliminated [28, 29]. In BI, a thin disc specimen is subjected to a bi-axial moment in its central region and the stresses are bi-axial in this region [21]. The maximum tensile stress occurs at the center of the surface opposite to load application and, consequently, edge flaws do not influence the results [30]. Studies comparing UNI and BI in composites [22, 31], glass ionomer cements [32] and ceramics [22, 33–35] show higher strength values for BI than UNI, in accordance with this study. Both coefficient of variation (C.V) and Weibull modulus (m) show less variation in data of BI than UNI. It is very difficult to prepare specimens for pure tensile tests because Y-TZP dental ceramics is a brittle material. Processing flaws, which mostly concentrated upon the surface of specimens, facilitate crack initiation and fracture at end [22]. Comparing with UNI specimens, BI specimens were not influenced by the presence of edge flaws since the disc edges are located in a low stress area [36]. As a consequence, BI has high value and less dispersion than UNI. Furthermore, the effect of effective volume was another factor that should be consider in the further works.

Both 3PF and 4PF showed that there is significant difference between three pairs’ ceramics. However, no significant difference is detected for BI. As discussed above, the BI is more reliable than UNI [37]. Therefore, the significant difference detected in 3PF and 4PF maybe from the surface flaws in manufacturing process and not from intrinsic strength of ceramics.

The analysis of the fractured morphology allow for the observation of fractographic features commonly found in ceramic specimens [21]. The longitudinal stress in the beam-shaped specimens of UNI is tensile at their lower surfaces and compressive at their upper surfaces. The ceramics fracture begins from their lower surfaces and then the upper surfaces as they are much weaker in tension than compression [15, 16]. Consequently, a triangle fracture fragment in the middle of specimens is formed in test process.

Flaws and crack are identified in the SEM images and also described in a previous study [38]. Fractographic analysis of the flexure test specimens determines that the predominant flaw type is volume distributed porosity or agglomerates associated with porosity [39]. The flaws and pores inside the ceramics can explain that the testing values were 0.1% to 10% of theoretical values by Griffith-Orowan fracture theory [40].

Furthermore, researches show that the bi-axial stress state is better suited to conservative strength design, with practical similarities to stresses which occur in thin tooth section [41].

Conclusions

Within the limitations of this study, the following conclusions were drawn:

1. As the specimen’s sizes and preparation process recommended in ISO 6872, the flexural strength values from different test methods were as follows: BI > 3PF > 4PF.
2. The relationship between different uni-axial test methods (3PF & 4PF) was analyzed by Weibull statistical fracture theory, the same as relationship between different specimen sizes (3PF & 3PF-s).
3. The difference between UNI and BI mainly resulted from the effect of edge flaws and BI was a more reliable method than UNI.
4. Both flaws and pores were observed on the surface and interior of these dental ceramics, which resulted to a lower flexural strength than theoretical value.

Acknowledgements

This work was supported by grants from Natural Science Foundation of China (81200814) and National Key Technology R&D Program of China (no. 2012BA122B03).

Conflict of interest statement. None declared.

References

1. Anusavice KJ. Degradability of dental ceramics. Adv Dent Res 1992;6:682–9.
2. Cavalcanti AN, Foxton RM, Watson TF, et al. Y-TZP ceramics: key concepts for clinical application. Oper Dent 2009;34:344–51.
3. Chevalier J. What future for zirconia as a biomaterial? Biomaterials 2006;27:535–43.
4. Denny L, Kelly JR. State of the art of zirconia for dental applications. Dent Mater 2008;24:299–307.
5. Manicone PF, Iommetti PR, Raffaelli L. An overview of zirconia ceramics: basic properties and clinical applications. J Dent 2007;35:819–26.
6. Piconi C, Maccarico G. Zirconia as a ceramic biomaterial. Biomaterials 1999;20:1–25.
7. Della Bona A, Anusavice KJ, DeRoff PH. Weibull analysis and flexural strength of hot-pressed core veneered ceramic structures. Dent Mater 2003;19:662–9.
8. Guazzato M, Albakry M, Ringer SP, et al. Strength, fracture toughness and microstructure of a selection of all-ceramic materials. Part II. Zirconia-based dental ceramics. Dent Mater 2004;20:449–56.
9. Kiran CR, Mestra RA, Garcia MF, et al. Effect of sandblasting and residual stress on strength of zirconia for restorative dentistry applications. J Mech Behav Biomedical Mater 2014;29:126–37.
10. Rodrigues SA Jr, Ferracane JL, Della Bona A. Flexural strength and Weibull analysis of a microhybrid and a nanofill composite evaluated by 3- and 4-point bending tests. Dent Mater 2008;24:426–31.
11. Zhang Y. Making yttria-stabilized tetragonal zirconia translucent. Dent Mater 2014;30:1195–203.
12. Zhang Y, Lee JW, Srikanth R, et al. Edge chipping and flexural resistance of monolithic ceramics. Dent Mater 2013;29:1201–8.
13. Della Bona A, Kelly JR. The clinical success of all-ceramic restorations. J Am Dent Assoc 2008;139(Suppl):85–135.
14. Egilmez F, Ergun G, Cekic-Nagas I, et al. Factors affecting the mechanical behavior of Y-TZP. J Mech Behav Biomed Mater 2014;37:78–87.
15. Guazzato M, Albakry M, Swain MV, et al. Mechanical properties of In-Ceram Alumina and In-Ceram Zirconia. Int J Prosthodont 2002;15:539–46.
16. Lawn BR, Deng Y, Thompson VP. Use of contact testing in the characterization and design of all-ceramic crownlike layer structures: a review. J Prosthet Dent 2001;86:495–510.
17. Giovann MN and Sines G. Biaxial and uniaxial data for statistical comparisons of a ceramics strength. J Am Ceramic Soc 1979:62:510–15.
18. Ulm BJ, Parker JD, Evans WJ. Biaxial strength of advanced materials. J Mater Sci 1998;33:325–66.
19. Wilson KS, Zhang K, Antonucci JM. Systematic variation of interfacial phase reactivity in dental nanocomposites. Biomaterials 2005;26:5095–103.
20. Cramer DCCR, David W. Mechanical Testing Methodology for Ceramic Design and Reliability. Marcel Dekker Inc., New York, USA, 1998.
21. Huang CW, Huueh CH. Piston-on-three-ball versus piston-on-ring in evaluating the biaxial strength of dental ceramics. Dent Mater 2011;27:E117–23.
22. Pick B, Meze J, Meira JB, et al. A critical view on biaxial and short-beam uniaxial flexural strength tests applied to resin composites using Weibull, fractographic and finite element analyses. Dent Mater 2010;26:83–90.
23. Quinn GD. Weibull strength scaling for standardized rectangular flexure specimens. Am Ceram Soc 2003;86:508–10.
24. Dentistry—ceramic materials. Int Organ Stand 2008 Genève, Switzerland.
25. Lund JR, Byrne JP. Leonardo da Vinci’s tensile strength tests: implications for the discovery of engineering mechanics. Civil Eng Environ Syst 2001;18:243–50.
26. Scherrer SS, Quinn GD, Quinn JB. Fractographic failure analysis of a Procera (R) AllCeram crown using stereo and scanning electron microscopy. Dent Mater 2008;24:1107–13.
27. Seal BL, Otero TC, Pantich A. Polymeric biomaterials for tissue and organ regeneration. Mater Sci Eng R Rep 2001;34:147–230.
28. Pratayachawan P, McDonald A, Petrie A, et al. The biaxial flexural strength and fatigue property of lava Y-TZP dental ceramic. Dent Mater 2007;23:1018–29.
29. Thompson GA. Determining the slow crack growth parameter and Weibull two-parameter estimates of bilaminate disks by constant displacement-rate flexural testing. Dent Mater 2004;20:51–62.
30. Abu-Hassan MI, Abu-Hammad OA, Harrison A. Strains and tensile stress distribution in loaded disc-shaped ceramic specimens. An FEA study. J Oral Rehabil 1998:25:490–5.
31. Chung SM, Yap AU, Chandra SP, et al. Flexural strength of dental composite restorative: comparison of biaxial and three-point bending test. J Biomed Mater Res B Appl Biomater 2004;71B:278–83.
32. Higg WA, Lucknsansombool P, Higgs RJ, et al. Evaluating acrylic and glass-ionomer cement strength using the biaxial flexure test. Biomaterials 2001;22:1583–90.
33. Jin J, Takahashi H, Iwasaki N. Effect of test method on flexural strength of recent dental ceramics. Dent Mater J 2004;23:490–6.
34. Pereira GK, Amaral M, Simonetti R, et al. Effect of grinding with diamond-disc and -bur on the mechanical behavior of a Y-TZP ceramic. J Mech Behav Biomed Mater 2014;37:133–40.
35. Zeng, K, Oden A, Rowcliffe D. Flexure tests on dental ceramics. Int J Prosthet Dent 1996;9:434–9.
36. Hsuheh CH, Luttrell CR, Becher PF. Analyses of multilayered dental ceramics subjected to biaxial flexure tests. Dent Mater 2006;22:460–9.
37. Marquis PM, Palin WM, Fleming GJP, et al. The relative reliability of biaxial and 3-point bend flexure testing of the strength of brittle light setting dental biomaterials. J Dent Res 2003;82:B37–37.
38. Lohbauer U, Amberger G, Quinn GD, et al. Fractographic analysis of a dental zirconia framework: a case study on design issues. J Mech Behav Biomed Mater 2010;3:623–9.
39. Quinn JB, Quinn GD. A practical and systematic review of Weibull statistics for reporting strengths of dental materials. Dent Mater 2010;26:135–47.
40. Heimann RB. Classic and advanced ceramics: from fundamentals to applications. Wiley-VCH Verlag GmbH & Co. KGaA, 2010 Weinheim.
41. Cattell MJ, Clarke RL, Lynch EJR. The biaxial flexural strength and reliability of four dental ceramics. 2. J Dent 1997;25:409–14.